# A ngular-dependence of $m$ agnetization sw itching for a $m$ ulti-dom ain dot: experim ent 

 and sim ulationO. Fruchartíl J.C. Toussaint, P.O. Jubert裔 and W . W emsdorfer Laboratoire Louis Neel, CNRS, BP 166, F-38042 G renoble C edex 9, France<br>R. H ertel and J. K inschner<br>M ax P lank Institut fur M ikrostrukturphysik, $D-06120$, $H$ alle, $G$ erm any<br>D. M ailly<br>Laboratoire de Photonique et de N anostructures, CNRS, R oute de N ozay, F-91460 M arcoussis, France (D ated: M arch 22, 2024)


#### Abstract

W e have $m$ easured the in-plane angular variation of nucleation and annihilation elds of a multidom ain $m$ agnetic single dot with a $m$ icro-SQ U ID. The dots are Fe/Mo(110) self-assem bled in $U H V$, w ith sub-m icron size and a hexagonal shape. T he angular variations w ere quantitatively reproduced by $m$ icrom agnetic sim ulations. D iscontinuities in the variations are observed, and show $n$ to result from bifurcations related to the interplay of the non-uniform $m$ agnetization state $w$ the shape of the dot.


C oherent rotation of $m$ agnetization is the sim plest m odel of m agnetization reversal, proposed by Stoner and W ohlfarth in 1948 the value of the sw itching eld $H_{s w i}$ of a single-dom ain system as a function of the direction of the extemal eld $H_{\text {ext }}$. For a two-dim ensional system with uniaxial anisotropy the polar plot $H_{s w i}\left({ }^{\prime}\right)$ falls on the wellknow $n$ astroid ent rotation was given only recently, when nanoparticles of high quality and ofsize sm allenough to roughly satisfy the hypothesis of uniform $m$ agnetization could be investigated individually $\left.\bar{B}_{1}^{1}, ~ / \overline{4}\right]$ ]. Starting from this proof, it is now a challenge to understand $m$ agnetization reversal in increasingly large (and thus com plex) system s . The sim plest ingredient to add to coherent rotation is to allow m inor deviations from strictly hom ogeneous m agnetization. The consequences on $m$ agnetization_processes were addressed by num ericalm icrom agnetics $\left[\bar{F}_{1}^{1}\right]$, investigated analytically $[\underline{[G]}]$ and checked experim entally $[\overline{1}]$. The next step is now to tackle quantitatively $m$ ore strongly non-uniform system S , those that m ay display $m$ agnetic dom ains and dom ain walls $\left[\frac{[0]}{1}\right]$. In such system s a sw itching eld $H_{s w i}$ is not the signature of the fiull reversal of $m$ agnetization, but instead re ects events like nucleation, propagation and annihilation $\left[\frac{1}{1}\right]$. Few and only partial experim ental $\left[\frac{1}{[1]}\right.$ ] and num erical $[10]$ reports are found on this issue. A m ore detailed study w ould open the door to understanding $m$ icroscopic details of $m$ agnetization reversal processes in $m$ acroscopic $m$ aterials. In this Letter we present such a study in a m odel system : subm icrom eter Fe faceted dots self-assem bled in $U H V$, that have a high structural quality and display sim ple multidom ain states $\left[11_{v}^{1}[12]\right.$. The angular dependence of the $\mathrm{H}_{\mathrm{sw}}$ i's of a single dot w as studied w ith the m icro-SQU $\mathbb{D}$ technique[]-1]. This can be seen as the rst experim ental generalization of astroids for an individualm ulti-dom ain system. A striking feature is the occurrence of disconti-
nuities (hereafter nam ed jum ps) in $\mathrm{H}_{\mathrm{sw}} \mathrm{I}^{\prime}$ ) plots. These jum ps were reproduced and understood w th the help of num erical m icrom agnetism . They result from bifurcations, related to the interplay of the non-uniform m agnetization $w$ ith the shape of the dot. $T$ his also show $s$ that a com plex $\mathrm{H}_{\text {sw }}$ i behavior does not necessarily result from defects, whose role $m$ ay have been overestim ated in the literature ofm agnetic dots $m$ ade by lithography.

The Fe(110) epitaxialdots w ere fabricated w ith pulsed laser deposition in ultra-high vacuum by self-assem bly on $\mathrm{M} \circ(110)[8 \mathrm{~nm}]=\mathrm{A} l_{2} \mathrm{O}_{3}(11 \overline{2} 0)$. T he dots display the shape of ingots $w$ ith atom ically- at facets, bulk lattice param eter and bulk cubic $m$ agneto-crystalline an isotropy $K_{1}$ favoring $\langle 100\rangle$ axes, how ever ofm agnitude m uch sm aller than $\frac{1}{2}{ }_{0} \mathrm{M}_{\mathrm{s}}^{2}[1] .1$. The inter-dot dipolar elds are negligible w ith respect to $H_{s w i}$. The rem anent state consists of ux-closure dom ains, resulting from dem agnetizing elds w ith in each dot [12']. Such dom ains can occur due to size of the dots being well above the exchange length ex:[14, [1]-1. The in plane $H_{s w i}$ 's of a single Fe dot were measured below 4 K using the m icro-SQ U D technique [13 $\left.{ }^{-1}\right]$. For these $m$ easurem ents, the dots were covered in U HV by $\mathrm{M} \circ[2 \mathrm{~nm}]$, follow ed by $A 1[2 \mathrm{~nm}]$ (then 12 hours airoxidized), and a Si[2nm ]nNb[15nm ]nSi[2nm ] tri-layer. A rrays of square $m$ icro-SQ U D sw th edge $1 \quad 1 \mathrm{~m}$ were pattemed by e-beam lithography and $\mathrm{SF}_{6}$ reactive ion etching of the tri-layer. The oxidized A l layer prevents ferrom agnetic-superconductor proxim ity e ects betw een the dots and the $m$ icro-SQU D s. A though the dots are random ly distributed on the surface, their large num ber yields a signi cant probability to nd one suitably coupled to a micro-SQU D. The location and shape of the single dots under investigation were checked a posteriori by A FM. The size of the dot selected here (F IG . is $420200 \quad 30 \mathrm{~nm}$ (FIG. . 1 lations were perform ed for $0^{-1} \mathrm{~K}$ (no therm al activation) using custom -developed codes, either based on integrat-
ing the LLG equation in a nite di erences code (rectangular prism s) [1] ] or on energy $m$ in im ization in a nite elem ents code (tetrahedra) $\left[1 \overline{7}_{1}\right]$. The applied eld was increased step-w ise in hysteresis loops. In nite di erences the sam plew as divided into cellsw ith uniform lateraland vertical size $x=y=4: 70 \mathrm{~nm}$ and $\mathrm{z}=3: 75 \mathrm{~nm}$, respectively. For nite elem ents 83310 tetrahedra of irregularbut sim ilar shape were used, w ith a $m$ axim um (resp. m inim um ) volum e of $42: 29 \mathrm{~nm}^{3}$ (resp. $12: 50 \mathrm{~nm}^{3}$ ). W e set $K_{1}=4: 8 \quad 10^{4} \mathrm{Jm}^{3}, \mathrm{~A}=2 \quad 10^{11} \mathrm{Jm}^{1}$ and $M_{s}=1: 73 \quad 10^{6} \mathrm{~A} \mathrm{~m}^{1}$ in the calculation.

In the following we call' the angle between the in-plane $H_{\text {ext }}$ and the in-plane long axis of the dot [001] (F IG . 90 ) is a magnetically-harder direction than [001]. The insets of F IG . two angles $(r=+6 ;+90)$. Such loops with negligible rem anence although $w$ th signi cant hysteresis, are characteristic ofm ultidom ain system $\mathrm{s} w$ ith a lim ited num ber of dom ains. Starting from positive saturation the rst $H_{\text {sw i, }}$ nam ed hereafter $H_{n u c}$, is expected to reveala nucleation event, e.g. the entry of a m agnetic vortex [1] [] in the dot. The second $\mathrm{H}_{\text {sw i, }}$ occurring at negative elds and nam ed $\mathrm{H}_{\text {ann }}$, is expected to revealan annihilation event, i.e. the expulsion from the dot of a previously-nucleated vortex or wall. F IG . $\underline{11}_{1 / \mathrm{c}}^{1}$ shows the experim ental angular variation $H_{n u c}(\prime)$ and $H_{\text {ann }}\left({ }^{\prime}\right)$. The two-fold symmetry results from the elongated shape of the dot. Two striking features are observed, that shall be explained in the course of the discussion. First, jum ps of both $H_{\text {nuc }}$ and $H_{\text {ann }}$ occur at some angles. Second, depending on the range of angles, one or two $\mathrm{H}_{\text {nuc }}$ and/or $\mathrm{H}_{\text {ann }}$ are observed.

The jum ps of $\mathrm{H}_{\mathrm{sw} i}$ can be understood qualitatively by sim ple argum ents. Let us sketch in a quasistatic picture the evolution of $m$ agnetization $M(r) c l o s e ~ t o ~ a n ~ e d g e ~$ during the rst stages of a hysteresis loop (F IG . $\overline{2}$ h -6 ). Starting from saturation, upon decrease of $H$ ext the rel ative im portance of the dipolar energy $\mathrm{E}_{\mathrm{d}}$ increases. A s a result M progressively rotates tow ards the edge to reduce surface charges, and thus reduce $\mathrm{E}_{\mathrm{d}}$. The direction of rotation, clockw ise or anticlockw ise, depends on the initial direction of $M$ w ith respect to the norm al to the edge (im posed by the direction of H ext), due to the torque exerted by the dipolar eld $H_{d}$ on $M$. W ith this picture at least two di erent slightly inhom ogeneous m agnetization states, so-called 'leaf states' ${ }^{[ }[\underline{1}]$, are expected to appear upon decrease of $\mathrm{H}_{\text {ext }}$, e.g. When starting from saturation along ${ }^{\prime}=0$ or' $=90$ (FIG . Vic-d). Bifurcation $m$ ust occur for at least one interm ediate angle betw een these two paths. Then, it is obvious that for $H_{\text {ext }}$ applied on either side of this angle, the $m$ agnetization pattem w illevolve tow ardsvery di erent states, each characterized by a di erent entry point for vortioes\{and thus of edge orientation, explaining a jum p in $\mathrm{H}_{\mathrm{nuc}}\left({ }^{\prime}\right)$. $T$ hese ideasw ere con $m$ ed by $m$ icrom agnetic sim ulation.

In a rst attem pt the sim ulations were perform ed on a dot $w$ ith vertical facets and sym $m$ etric ends. F IG . ${ }^{3} 1 \mathrm{a}-$ b show sthe static $m$ agnetization states just before and after $H_{\text {nuc }}$. For' $=40$, before $H_{\text {nuc }}$ the state belongs to the class sketched in F IG . regions of strongly non-uniform magnetization develop sim ultaneously, ending up in the entry of two vortices at $H_{\text {nuc }}$. As $H$ ext is further decreased the two vortices w ith opposite circulation m ove tow ards the inner part of the dot, ending up in a diam ond state ( $F$ IG . ' = 50 the state before nucleation looks like that in F IG . ${ }^{2} \mathrm{l}$ d. The loci of the entering vortices are thus m od$i$ ed w th respect to the above situation, explaining the jum $p$ of $H_{\text {nuc }}$, but ending as well in a diam ond state, i.e. w ith two vortices (F IG .

The above argum ents explain the jum ps of $H_{\text {nuc }}$, but fail to explain (1) the existence of either one or tw o $H_{\text {nuc }}$ and $H$ ann for som e angles (F IG . $l_{11}^{1} \mathrm{C}$ ) (2) the experim ental observation of both diam ond and Landau states [1] $\left.{ }_{2}^{2}\right]$, i.e. $w$ ith tw o or one wallor vortex. Indeed in the sim ulations for any' tw o vortices appear sim ultaneously on opposite loci, as the dot w as assum ed to be perfectly sym $m$ etric. D ue to the large dot size these vortioes interact w eakly w ith each other, thus both enter the dot, ending up in a diam ond state. In order to re ne our intenpretations, we now report sim ulations perform ed on dots $w$ ith a slightly asym $m$ etric shape, sim ilar to that of the AFM observation of the $m$ easured dot (F IG . '19a). O pposite loci are no $m$ ore equivalent due to the point-reversal sym $m$ etry breaking. T wo situations occur. If opposite loci are sim ilar tw o vortices still enter the dot, one slightly before the other in term s of H ext, how ever still ending in the diam ond state (e.g. for ${ }^{\prime}=+50 ;$ IG . $\left.{ }_{2}^{2}=1 \mathrm{~d}\right)$. If opposite loci are signi cantly di erent, then one of the vortioes $m$ ay enter the dot at a much higher eld than the other. It then $m$ oves tow ards its centre, delaying and possibly preventing the entry of a second $m$ ain vortex. This ends
 tioe that the vortex $m$ ay continuously change its shape into a Bloch wall, provided that the dot is long and thick enough $[12,1$ ind. Thus, an asym $m$ etric feature (like shape) is necessary to explain the experim ental observation of onew all/vortex state[12]. N otice also that more vortioes $m$ ay appear depending on the detailed shape of the dot (FIG. these sim ulations reproduce experim ental $\mathrm{H}_{\text {nuc }}\left({ }^{\prime}\right)$ convincingly. As a further step som e sim ulations were perform ed in the nite-elem ent schem e to avoid num erical roughness on the surfaces. This yielded results quantitatively sim ilar to the case of vertical facets.

Sim ulations of $\mathrm{H}_{\text {ann }}\left(^{\prime}\right.$ ) (low er part off IG . ${ }^{-1 / 1} \mathrm{c}$ ) also reproduce experim entaldata. T he jum ps of $\mathrm{H}_{\text {ann }}\left({ }^{\prime}\right)$ ) again result from the bifurcation before nucleation, im plying di erent states before annihilation. The occurrence of one versus tw $\circ H_{\text {ann }} m$ ay be associated $w$ th the occurrence of di erent ux-closure states at low eld. A m ore
general experim ent consists in proceeding to nucleation w ith the eld decreased along a given angle ' 1 , follow ed by annihilation $w$ th the eld increased along a di erent direction ' ${ }_{2}$. The plot $H_{\text {ann }}\left({ }^{\prime}{ }_{2}\right)$, m easured while keeping ' ${ }_{1}$ xed i.e. trying to prepare the system alw ays in the sam e starting state, can be view ed as a signature of this state. F IG . 'la displays such plots for several values of ${ }^{\prime}{ }_{1}$, chosen in di erent branches of the experim ental $H_{\text {nuc }}$ (F IG . 1 con m s that the rem anent state depends on the angle of H ext. The fact that di erent plots roughly consist of different parts of a com $m$ on set oftw o branches is also easily understood. For a given' 2 a wall or a vortex of given circulation w ill alw ays be pushed tow ards the sam e locus of the dot, be it alone at rem anence (vortex or Landau state) or having a com panion (diam ond state). In the latter case one point is found on each branch, whereas in the form er case only one branch is revealed.

Finally, the values of $\mathrm{H}_{\text {swi }}$ depend only weakly on the algorithm used (nite di erences or nite elem ents). H ow ever, som etim es ne di erences appear upon nucleation, such as the $m$ agnetization direction of vortioes' cores, or the occurrence of $m$ ore than two vortices (see FIG. ${ }_{1}^{2} 1, \mathrm{c}$ versus e; d versus f; 9 ), although both codes w ere benchm arked successfilly one against each other on tim e-resolved $m$ agnetization reversal issues [20 $0_{1}^{\prime}$. Th is underlines that describing the ne details ofnucleation $w$ ith sim ulations rem ains a challenge and that results should still be taken $w$ ith care.

To conclude, we reported the $m$ easurem ents, quantitative reproduction and understanding of angular nucleation and annihilation elds $\mathrm{H}_{\text {nuc }}\left({ }^{\prime}\right)$ and $\mathrm{H}_{\text {ann }}\left(^{\prime}\right)$ in a $\mathrm{m} u$ ulti-dom ain $m$ agnetic particle. $T$ his is an exam ple of a generalization to m ulti-dom ain states of the well-known Stoner-W ohlfarth astroid. Them ain feature is the occurrence of jum ps in both plots, which result from the interplay of a non-uniform $m$ agnetization state $w$ th the shape of the dot. T hus, such jum ps should not be autom atically ascribed to defects when observed in experim ents.

W e thank Ph. D avid and V. Santonacci for technical support, and C.M eyer and $W$. W ulfhekel for critically reading the $m$ anuscript.

E lectronic address: $\bar{D}$ ]
 ratory, 8803 R uschlikon, Sw itzerland
[1] E.C.Stoner and E.P.W ohlfarth, Phil. Trans. R oyalSoc. London A 240, 599 (1948).
[2] J.C.Slonczew ski, R esearch M em o RM 003.111 224, $\mathbb{B M}$ R esearch C enter, P oughkeepsie, N Y (unpublished).
[3] W .W emsdorfer, E .B.O rozco, K . H asselbach, A . Benoit, B.Barbara, N . D em oncy, A . Loiseau, H . P ascard, and D . M ailly, Phys. Rev. Lett. 78, 1791 (1997).
[4] E. B onet-O rozco, W . W emsdorfer, B. Barbara, A .


FIG. 1: (a) AFM picture of the $m$ icro-SQU D. The dot strongly coupled to the $m$ icro-SQ U ID is indicated by a circle. (b) real-scale top view of the dot (c) $P$ lot of $H_{\text {nuc }}$ (positive) and $H$ ann (negative) for experim ents (full sym bols) and sim ulations (open sym bols). Insets : experim ental and sim ulated loops for two angles.


FIG . 2: Schem atic illustration ofm agnetization state bifurcation related to the orientation of the extemal eld H ext W ith respect to an edge. A rrow $s$ length sketch the $m$ agnitude of H ext. The extemal eld $H$ ext is tilted (a) clockw ise or (b) anticlockw ise w ith respect to the norm al to the edge. For a hexagonal dot, just after bififcation the $m$ agnetization state $m$ ay thusbe in a leafstate [G] oriented either along the (c) long edge or (d) a diagonal.

Benoit, D.M ailly, and A. Thiaville, P hys. R ev. Lett. 83, 4188 (1999).
[5] M. A. Schabes and H.N. Bertram, J.Appl. Phys. 64, 1347 (1988).
[6] R . P. C ow bum and M.E.W elland, Phys. R ev. B 58, 9217 (1998).
[7] R .P . C ow bum, A . O .A deyeye, and M .E.W elland, P hys. Rev. Lett. 81, 5414 (1998).
[8] A . H ubert and R . Schafer, M agnetic dom ains. T he analysis of $m$ agnetic $m$ icrostructures (Springer, Berlin, 1999).


F IG. 3: ( $a-d$ ) M id-height view $s$ of $m$ icrom agnetic $n$ ite differences sim ulations of dots $w$ ith vertical facets, for ' $=$ 40 (left) and ' $=50$ (right), for ( $\mathrm{a}-\mathrm{b}$ ) sym $m$ etric and ( $c-$ d) asym $m$ etric in-plane shape. H ext is decreased from positive saturation tow ards the ux-closure state. N ucleation loci are indicated w ith full dots (e-f) F lux-closure state obtained on the same elem ent with nite elem ents sim ulations (surface view s) ( $g$ ) F lux-closure states for ${ }^{\prime}=40$, for nite di erences (left) and nite elem ents (right). T he color codes the perpendicular com ponent ofm agnetization (see scale).
[9] W . W emsdorfer, K . H asselbach, A . Sulpice, A . B enoit, J.E.W egrowe, L. Thom as, B. B arbara, and D. M ailly, Phys. Rev.B 53, 3341 (1996).
[10] Z.H.W ei, C.R.Chang, N.A.U sov, M .F.Lai, and J. C . W u, J. M agn. M agn. M ater. 239, 1 (2002).
[11] P.O . Jubert, O . Fruchart, and C . M eyer, P hys. R ev. B 64, 115419 (2001).
[12] P.O . Jubert, J.C.Toussaint, O .Fruchart, C .M eyer, and Y. Sam son, E urophys. Lett. 63, 135 (2003).
[13] W .W emsdorfer, in A dvances in C hem icalP hysics, edited by I. P rigogine and S.A. R ige (W iley, 2001), Vol. 118.
[14] E.H .Frei, S. Shtrikm an, and D . Treves, P hys. R ev. 106 , 446 (1957).
[15] H . K ronm uller, Z . P hysik 168, 478 (1962).
[16] J. C. Toussaint, A. M arty, N . Vukadinovic, J. Ben Y oussef, and M. Labrune, C om put. M ater. Sci. 24, 175 (2002).
[17] R . H ertel, J.A ppl. P hys. 90, 5752 (2001).
[18] K. Y. Guslienko and K. L. M etlov, Phys. Rev. B 63, 100403 (R) (2001).
[19] R . H ertel and H . K ronm uller, P hys. R ev. B 60, 7366 (1999).
[20] N IST standard problem 4, see http://www.ctcms.nist.gov/mumag/mumag.org.html.
(a) $(\mathrm{T})$





F IG . 4: (a) Polar plots $H$ ann $\left({ }^{\prime}{ }_{2}\right)$ starting from di erent zeroeld states, each state being prepared by initial saturation along a given direction' 1 , shown in (b) w ith respect to the $H_{\text {nuc }}\left(^{\prime}\right.$ ) plot (c) Polar plot_of $H_{\text {ann }}\left(^{\prime}\right.$ ) for radial eld sw eeping (sam e data as on F IG .

